A BaTiO₃-Based Electro-Optic Pockels Modulator Monolithically Integrated on an Advanced Silicon Photonics Platform

Felix Eltes, Christian Mai, Daniele Caimi, Marcel Kroh, Youri Popoff, Georg Winzer, Despoina Petousi, Stefan Lischke, J. Elliott Ortmann, Lukas Czornomaz, Lars Zimmermann, Jean Fompeyrine, and Stefan Abel

Abstract—To develop a new generation of high-speed photonic modulators on silicon-technology-based photonics, new materials with large Pockels coefficients have been transferred to silicon substrates. Previous approaches focus on realizing stand-alone devices on dedicated silicon substrates, incompatible with the fabrication process in silicon foundries. In this work, we demonstrate monolithic integration of electro-optic modulators based on the Pockels effect in barium titanate (BTO) thin films into the back-end-of-line of a photonic integrated circuit (PIC) platform. Molecular wafer bonding allows fully PIC-compatible integration of BTO-based devices and is, as shown, scalable to 200 mm wafers. The PIC-integrated BTO Mach–Zehnder modulators outperform conventional Si photonic modulators in modulation efficiency, losses, and static tuning power. The devices show excellent $V_r L$ (0.2 V cm) and $V_r L_o$ (1.3 V dB), work at high speed (25 Gbps), and can be tuned at low-static power consumption (100 nW). Our concept demonstrates the possibility of monolithic Integration of Pockels-based electro-optic modulators in advanced silicon photonics platforms.

Index Terms—Electrooptic modulators, monolithic integrated circuits, silicon photonics.

I. INTRODUCTION

SILICON technology based photonic integrated circuits (Si PIC) are becoming essential for various applications in the domain of communication technologies [1]. For large data centers, Si PIC technology offers attractive features for transceivers targeting intra and inter data-center communication. Utilizing advanced manufacturing techniques for the co-integration of optics and electronics enables high-speed and cost-effective transceiver solutions that take advantage of device scaling opportunities. Targeting a truly monolithic integration with CMOS (or Bi-CMOS) is crucial for such transceivers. The co-use of the back-end of line (BEOL) by photonic and electronic devices results in the smallest possible parasitics, which is a pre-requisite for efficient RF driving. Standard Si PIC modulators are based on phase shifters using the free-carrier dispersion effect. In terms of phase-shifter properties this is not the optimum solution. Besides a rather low modulation efficiency, nonlinearity and high-loss also limit modulator performance. The impossibility of disentangling amplitude and phase modulation also restricts their use for higher modulation formats [2], [3]. In addition, the high junction capacitance limits the achievable bandwidth [3] and is detrimental for power consumption. It is therefore highly desirable to enable - in a silicon photonic technology - pure electro-optic phase shifters exploiting the Pockels effect, in order to provide a solution without residual amplitude modulation, yet with high linearity, high efficiency and low optical loss. Recently, this field of research experienced a renaissance, with several attempts to demonstrate Pockels modulators potentially compatible with Si-PIC. Different strategies are being followed, using either a strain-induced Pockels effect in silicon [4], using well-known Pockels materials such as LiNbO₃, bonded onto silicon by direct wafer bonding [5], [6], or introducing novel materials with large Pockels coefficients [7], [8]. All these approaches have intrinsic weaknesses, coming either from a weak Pockels effect [4], the limited availability of large wafer sizes [5], [6], thermal stability issues [8], or incompatibility with standard fabrication processes [7].

Our approach utilizes single crystalline, ferroelectric BaTiO₃ (BTO) as a material having a large Pockels coefficient and...
where an integration path of single crystalline layers with silicon does exist [9]–[11]. Over the past years, great progress has been made in developing a hybrid BTO/silicon technology, including passive structures with low-propagation losses [12], active electro-optic switching [13], [14], excellent thermal stability [15], and, very recently, large Pockels coefficients of $r_{42} = 923 \text{ pm/V}$ and high-speed modulation in photonic devices [10], [11]. However, previous work was developed on silicon-on-insulator substrates – without attention to process integration in a standard PIC or electronic PIC (EPIC) process. Here, we overcome this limitation and demonstrate the integration of highly efficient BTO Pockels modulators in the BEOL of a silicon photonic process flow and show the scalability of our approach up to 200 mm, making this an attractive technology for high-speed transceivers.

II. TECHNOLOGY CONCEPT

Our concept of high-speed transceivers relies on the monolithic integration of BTO thin films via direct wafer bonding above an interlayer dielectric (ILD) in a standard EPIC flow (Fig. 1(a)) [16]. The bonding step can be performed on top of any ILD above the front-end-of-line (FEOL) structures. Using wafer bonding we can first deposit BTO epitaxially on a silicon substrate, and then transfer the epitaxial layer onto an amorphous substrate, such as an ILD. Having an epitaxial BTO film is of importance for two reasons: First, the low defectivity in single-crystalline films is crucial for achieving a large effective Pockels effect in the material [17]. Second, the low surface roughness of epitaxial BTO films is critical for obtaining high bonding yield. To fabricate BTO thin films, we use a deposition process based on molecular beam epitaxy [9], [18], which relies on the epitaxial growth on Si wafers and can thus be scaled to large wafer sizes. The availability of large substrates is a major benefit compared to the bonding of LiNbO$_3$ on silicon or to the epitaxial growth on crystalline oxides, both approaches being limited by the available substrate or donor crystal sizes.

The BTO devices are based on a strip-loaded waveguide geometry, where a Si strip on top of BTO guides the optical mode (Fig. 1(b)). Lateral electrodes for phase shifters are made using metal lines fabricated in the top metal level of the BEOL before BTO integration, combined with a final metallization after BTO integration. Optical simulations are used to inform the design of the BTO-Si waveguides and to ensure substantial overlap of the transverse electric (TE) optical mode and the BTO layer at a wavelength of 1550 nm. Using a 170-nm-thick BTO layer loaded with a 100-nm-thick Si strip, we achieve an optical overlap of 38% between the first order TE mode and the BTO layer. The BTO/Si phase shifters can be used in Mach-Zehnder modulators (MZMs), or ring modulators. In this work we used unbalanced MZMs, with multi-mode interference splitters. Grating couplers were used to couple light in and out of the devices (Fig. 1(c)).

III. INTEGRATION AND FABRICATION

We deposited BTO thin films on SrTiO$_3$-buffered silicon-on-insulator (SOI) substrates with 100 nm top Si using a previously reported process [9], [18]. Deposition of BTO using molecular beam epitaxy ensures a high-quality single-crystal film. After BTO deposition, we transferred the BTO layer and the top Si layer onto a planarized acceptor wafer using thin alumina layers for adhesion at the bonding interface. The donor wafer was subsequently removed by a combination of mechanical grinding and chemical etching, resulting in a high transfer yield from the source wafer. To demonstrate the scalability of our approach, we transferred BTO layers grown on a 200 mm SOI substrate onto another
Fig. 2. Wafer bonding transfer of thin-film BTO between 200 mm source and target wafers. (a) Photo of transferred BTO layer. (b) Radial measurements of the homogeneity of the transferred BTO layer. XRD and ellipsometry was used to measure the lattice parameter, rocking curve, and thickness of the BTO, all of which show good homogeneity across the 200 mm wafer.

Fig. 3. Simplified process flow for integration of BTO modulators in the BEOL of a PIC process flow. Schematics of the cross-sections (left) are shown at various steps in the process (right). After wafer-bonding of the BTO and Si layers, the Si is patterned into a strip-loaded waveguide, after which vias and contacts are fabricated. Figures (c)–(d) show a magnification of the region within the dashed rectangle in (b).

For the fabrication of modulators (Fig. 3), we used 200 mm target wafers, processed following a PIC flow having the same BEOL processes as EPIC runs [20]. In this work, the BEOL process of the PIC run was interrupted at the 4th metallization level, top metal 1 (TM1), after ILD planarization. We transferred a 170-nm-thick BTO layer from a 50 mm SOI wafer onto the planarized PIC wafer. Si waveguides were patterned by dry etching. In order to ensure a homogenous electric field across the BTO and to avoid a voltage drop over the thin ILD layer between BTO and TM1, vias to TM1 were etched through the BTO and the ILD along the waveguides. With a final metallization step, we extended the buried RF lines on top of the BTO. A cross-sectional electron micrograph (Fig. 4) demonstrates the successful fabrication of BTO/Si modulators on the PIC substrate.

Direct wafer bonding using Al₂O₃ adhesion layers has a temperature budget well within the limits of the BEOL process [21]. However, annealing steps at temperatures up to 350 °C are needed to reduce the propagation losses in the BTO layer [12]. It is therefore necessary to verify that the BTO integration does not cause any degradation of FEOL components. As the Ge photodiodes fabricated in the FEOL are highly sensitive to thermal degradation, we characterized their performance before and after BTO device integration. We cannot detect any degradation in either dark current or high-speed signal detection performance (Fig. 5). The absence of such degradation confirms that our integration strategy is compatible with the thermal limitations of the FEOL and BEOL processes, making integration of BTO devices compatible with PIC platforms, and fulfills the prerequisites for compatibility with EPIC platforms.

IV. DEVICE PERFORMANCE

To characterize the device performance, we used both passive ring resonators and active MZMs. The ring resonators had
When sweeping the bias voltage, the phase shift of the MZM (Fig. 6(a)) exhibited a hysteretic behavior, consistent with the ferroelectric nature of BTO [10]. The hysteresis curve illustrates the need for poling the BTO layer with a bias above the coercive field (∼1 V) to maximize the electro-optic response. For smaller bias voltages, mixed ferroelectric domain states result in a reduced effective Pockels effect \( r_{\text{eff}} \), which ultimately vanishes for evenly populated domain states [9] (Fig. 6(b)). The cancellation effect of opposing domains causes a deviation from the linear phase response when varying a DC voltage: The total electro-optic response is the convolution of the linear Pockels effect and nonlinear domain switching effects. To isolate the Pockels effect from the electro-optical response we extract the \( V_{\pi}L \) at the extremes of the curve shown in Fig. 6(a), where all domains have been poled. The re-orientation of ferroelectric domains is a relatively slow process (<<1 GHz) [24], which does not impact the operation of the modulator at high frequency – even at a bias below the poling voltage.

Moreover, as the Pockels effect is an electric-field effect, very low-power tuning of the MZMs is possible. The low leakage results in extremely low tuning powers, \( P_{\pi} < 100 \, \text{nW} \) (Fig. 7), compared to silicon thermo-optic tuning elements which typically have a \( P_{\pi} > 1 \, \text{mW} \) [25]. As the Pockels-effect is a linear EO effect the device bias can be used for tuning without changing propagation losses and without affecting the modulation efficiency.

From the measured \( V_{\pi}L \) it is possible to extract the effective Pockels coefficient \( r_{\text{eff}} \) of the BTO layer using eq. (1)

\[
r_{\text{eff}} = \frac{g}{n_{\text{BTO}}} \frac{\lambda}{\Gamma_{\text{BTO}}} \frac{\lambda}{V_{\pi}L} \quad (1)
\]

as \( r_{\text{eff}} = 380 \, \text{pm/V} \). Here, \( \lambda \) is the operating wavelength of 1.55 μm, \( g \) is the electrode-gap (2.6 μm), \( n_{\text{BTO}} \) is the refractive index of BTO (2.29) as measured by ellipsometry on similar films, and \( \Gamma_{\text{BTO}} \) is the EO interaction factor which can be estimated as the optical overlap with BTO (38%) assuming

![Diagram](image-url)
a homogenous electric field across the BTO. The magnitude of the extracted $r_{\text{eff}}$ is in the range of expected values for BTO thin films: The electro-optic response exceeds values previously reported on MBE-grown BTO layers on silicon [9], [13], [17], but is smaller than those reported in ref. [10], where BTO films of very high crystalline quality with rocking curves of 0.3° are reported. The variation of the magnitude of the Pockels coefficients in similar material stacks is in agreement with the dependence of the electro-optic response on the actual crystalline quality and film morphology [17].

To determine the high-frequency response, small-signal electro-optic $S_{21}$ measurements were performed on a MZM with 1-mm-long electrodes (Fig. 8). The 3-dB bandwidth is 2 GHz. The reason for this limited bandwidth is a mismatch between the optical mode and the electrical mode in the travelling wave electrodes, caused by the high dielectric constant of the BTO. Our device designs are based on moderate BTO permittivity values of $\varepsilon_{\text{BTO}} = 100$ [26], which turned out to be strongly underestimated compared to recent reports of $\varepsilon_{\text{BTO}}$ as high as 3000 in epitaxial BaTiO$_3$ thin films [10], [27], [28]. To improve the bandwidth, the electrodes should be designed based on the actual properties of the BTO layer to achieve mode matching between the RF and optical modes. To show that the bandwidth is not limited by the electro-optic properties of the material but rather by the electrical design, we measured the bandwidth of a ring modulator with a 10 $\mu$m radius, the small radius induces bending losses resulting in a reduced Q-factor of $\sim 15,000$. The measured bandwidth of $\sim 20$ GHz (Fig. 8) is limited by the photon lifetime but demonstrates the potential for high bandwidth operation using BTO/Si devices – as confirmed in previous reports [10], [15].

We further characterized the high-speed performance of the BTO/Si modulators with data-modulation experiments using a 1-mm-long MZM. An electrical pseudorandom binary sequence (PRBS) was generated with a bit-pattern generator, without preemphasis or any other signal processing. The signal was amplified ($V_p \sim 2$ V) and was then applied to one arm of the MZM along with a 2 V DC bias. The MZM was operated in a travelling wave configuration with an off-chip 50 $\Omega$ termination. The modulated optical signal was amplified (to compensate losses from grating couplers and from the experimental setup) and directly detected using a high-speed photodiode. Eye-diagrams were recorded on a sampling oscilloscope with 10, 20, and 25 Gbps data rates (Fig. 9). Non-closed eyes can be achieved even at 25 Gbps, however the result of the limited EO bandwidth of the modulator is qualitatively visible as a reduction eye opening from 10 to 25 Gbps. With an adapted electrode design, we expect to reach data rates $>50$ Gbps using MZMs.

V. CONCLUSION

We have shown how a material (BaTiO$_3$) with the Pockels effect can be integrated into a silicon photonics platform in a scalable way using direct wafer bonding. The demonstrated Mach-Zehnder modulators show excellent performance, exceeding state-of-the-art silicon-based devices on several figures of merit, such as $V_\pi L$ and $V_\alpha L_\alpha$. The established integration concept provides a path for a novel generation of high-speed modulators and ultra-fast switches. The technology is however not limited to such existing components, but further enables entirely new types of devices on a silicon photonics platform. Using BTO, ultra-low-power tuning elements [14] and compact plasmonic devices [10], [29], as well as non-volatile elements for optical neuromorphic computing exploiting ferroelectric domain switching [30] are possible.

REFERENCES

[1] M. Hochberg and T. Baehr-Jones, “Towards fabless silicon photonics,” Nat. Photon., vol. 4, no. 8, pp. 492–494, 2010.
[2] G. T. Reed, G. Mashanovich, F. Y. Gardes, and D. J. Thomson, “Silicon optical modulators,” Nat. Photon., vol. 4, pp. 518–526, 2010.
[3] D. Petousi et al., “Analysis of optical and electrical tradeoffs of travelling-wave depletion-type si Mach–Zehnder modulators for high-speed operation,” IEEE J. Sel. Top. Quantum Electron., vol. 21, no. 4, pp. 199–206, Jul/Aug. 2015.
M. Cazzanelli et al., "Second-harmonic generation in silicon waveguides strained by silicon nitride," Nat. Mater., vol. 11, no. 2, pp. 148–154, 2012.

P. Rabiei, J. Ma, S. Khan, J. Chiles, and S. Fathpour, "Heterogeneous lithium niobate photonics on silicon substrates," Opt. Express, vol. 21, no. 21, pp. 114–115, 2013.

C. Wang et al., "Integrated lithium niobate electro-optic modulators operating at CMOS-compatible voltages," Nature, vol. 562, pp. 101–104, 2018.

K. Alexander et al., "Nanophotonic pockels modulators on a silicon nitride platform," Nat. Commun., vol. 9, 2018, Art. no. 3444.

S. Koenig et al., "Ferroelectric domain switching using a silicon–organic hybrid device," Light Sci. Appl., vol. 4, 2015, Art. no. e255.

S. Abel et al., "A strong electro-optically active lead-free ferroelectric integrated on silicon," Nat. Commun., vol. 4, 2013, Art. no. 1671.

S. Abel et al., "Large pockels effect in micro- and nanostructured barium titanate integrated on silicon," Nat. Mater., vol. 18, no. 1, pp. 42–47, 2019.

F. Eltes et al., "Record high pockels coefficient in HfC-photonic devices," in Proc. Eur. Conf. Opt. Commun. 2018, Paper We4C.1.

F. Eltes et al., "Low-loss BaTiO$_3$/Si waveguides for nonlinear integrated photonics," ACS Photon, vol. 3, no. 9, pp. 1698–1703, 2016.

C. Xiong et al., "Active silicon integrated nanophotonics: Ferroelectric BaTiO$_3$ devices," Nano Lett., vol. 14, no. 3, pp. 1419–1425, 2014.

S. Abel et al., "A hybrid barium titanate-silicon photonics platform for ultra-efficient electro-optic tuning," J. Light. Technol., vol. 34, no. 8, pp. 1688–1693, Apr. 2015.

A. Messner et al., "Integrated ferroelectric plasmonic optical modulator," in Proc. Opt. Fiber. Commun. Conf. Postdeadline Papers, 2017, Paper Th4C7.

F. Eltes et al., "A novel 25 Gbps electro-optic Pockels modulator integrated on an advanced Si photonic platform," in Proc. IEEE Int. Electron Devices Meeting, 2017, pp. 24.5.1–24.5.4.

K. J. Kormondy et al., "Microstructure and ferroelectricity of BaTiO$_3$ thin films on Si for integrated photonics," Nanotechnology, vol. 28, no. 7, 2017, Art. no. 075706.

R. a. McKee, F. J. Walker, J. R. Conner, E. D. Specht, and D. E. Zelmon, "Molecular beam epitaxy growth of epitaxial barium silicide, barium oxide, and barium titanate on silicon," Appl. Phys. Lett., vol. 59, no. 7, pp. 782–784, 1991.

P. Castera, D. Tulli, A. M. Gutierrez, and P. Sanchis, "Influence of BaTiO$_3$ ferroelectric orientation for electro-optic modulation on silicon," Opt. Express, vol. 23, no. 12, p. 15332–15342, 2015.

D. Knoll et al., "High-performance photonic BiCMOS process for the fabrication of high-bandwidth electronic-photonic integrated circuits," in Proc. Tech. Dig. - Int. Elect. Devices Meeting 2015, pp. 15.6.1–15.6.4.

N. Daix et al., "Towards large size substrates for III-V co-integration made by direct wafer bonding on Si," APL Mater., vol. 2, no. 8, 2014, Art. no. 086104.

D. Patel et al., "Design, analysis, and transmission system performance of a 41 GHz silicon photonic modulator," Opt. Express, vol. 23, no. 11, pp. 14263–14287, 2015.

M. Webster, K. Lakshmikumar, C. Appel, C. Muzio, B. Dama, and K. Shastri, "Low power MOS capacitor based silicon photonic modulators and CMOS drivers," in Proc. Opt. Fiber Commun. Conf. 2015, Paper W4H.3.

W. Huang et al., "Ferroelectric domain switching dynamics and memristive behaviors in BiFeO$_3$-based magnetoelectric heterojunctions," J. Phys. D. Appl. Phys., vol. 51, no. 23, 2018, Art no. 234005.

A. Masood et al., "Comparison of heater architectures for thermal control of silicon photonic circuits," in Proc. IEEE Int. Conf. Group IV Photon. GFP, 2013, vol. THC2, pp. 83–84.

S. Abel, "Electro-opto photonics devices based on epitaxial barium titanate thin films on silicon," Ph.D. dissertation, Univ. Grenoble, France, 2014.

T. Hamano, D. J. Towner, and B. W. Wessels, "Relative dielectric constant of epitaxial BaTiO$_3$ thin films in the GHz frequency range," Appl. Phys. Lett., vol. 83, no. 25, pp. 5274–5276, 2003.

B. H. Hoerman, G. M. Ford, L. D. Kaufmann, and B. W. Wessels, "Dielectric properties of epitaxial BaTiO$_3$ thin films," Appl. Phys. Lett., vol. 73, no. 16, pp. 2248–2250, 1998.

A. Messner et al., "Plasmonic ferroelectric modulators," J. Light. Technol., to be published.

S. Abel et al., F. Eltes, J. E. Ortman, D. Caimi, and J. Fompeyrine, "Multi-level optical weights in integrated circuits," in Proc. IEEE Int. Conf. Rebooting Comput., 2017, pp. 1–3.

Felix Eltes received the M.Sc. degree in engineering nanoscience from Lund University, Sweden, in 2015. He is currently working toward the Ph.D. degree in materials science at IBM Research – Zurich, Switzerland. His research focus is on 3D monolithic integration of nonlinear oxides on silicon photonics platforms, aiming to go beyond conventional electro-optic devices for both existing and emerging applications.

Daniele Caimi is a Senior Technical Specialist at the IBM Zurich Research Laboratory, which he joined in 2001. Up to 2003, he has worked for the Photonic group in the fabrication of SiON optical waveguides. In 2004, he joined the Advanced Functional Materials group, working on silicon and III/V gate stack materials done by molecular beam epitaxy (MBE). In 2014, he joined the Materials Integration Nanoscale Devices group, working on III-V material integration on Si platform. His current technical responsibilities are development and process of III-V and silicon CMOS compatible devices. Prior to joining IBM, he was responsible for the technological aspects and fabrication of telecommunication relays at Axicom, Au, Zurich, Switzerland.

Marcel Kroh was born in Germany. He has studied physics and electrical engineering from Technical University of Berlin, Berlin, Germany. He joined the Fraunhofer Institute for Telecommunications, Heinrich Hertz (HHI), Berlin, Germany, in 2000 and worked on the processing and assembly of semiconductor lasers in Indium Phosphide for short pulse generation and shaping. Thereafter, he joined u2 (now: Finisar Germany), a spin-off of HHI, to continue the development work on photodetectors and coherent receivers. In 2012, he started working in the silicon domain at the Microelectronics Research Institute and foundry IHP in Frankfurt Oder, Germany. He supported the research on the opto-electronic integration in BiCMOS technology and the development of a test & measurement facilities for their characterization. He is currently working at Silicon Radar, a spin-off of IHP, specialized in analog design and manufacturing of MMIC transceivers for RF microwaves to close the Terahertz gap.

Youpi Popoff received the M.Sc. degree in electrical engineering and information technology from ETH Zurich, Switzerland in 2017. He joined IBM Research – Zurich (Switzerland) in 2013 and EMPA (Switzerland), in 2017, where he is currently working toward the Ph.D. degree in electrical engineering. The main focus of his research is the development and integration of piezoelectric transistors and memories on silicon for beyond CMOS applications, as well as the development of hardware for neuromorphic computing.

Georg Winzer, biography not available at the time of publication.

Despoina Petousi received the Diploma in electrical and computer engineering and master’s degree in nanosciences and nanotechnologies in 2009 and 2011, respectively, from the Aristotle University of Thessaloniki, Thessaloniki, Greece. She obtained the Ph.D. degree from TU Berlin in 2017 for her work regarding the development of silicon photonic modulators. Since 2011, she has been a Researcher at the JointLab of Silicon Photonics, a collaboration between IHP Leibniz Institut fűr Innovative Mikroelektronik, Frankfurt (Oder) and Technische Universit¨at Berlin. Her current research interest includes the development of silicon photonic components integrated on IHP’s photonic BiCMOS platform, with applications in future high-speed coherent systems for optical communications. She is the recipient of the Bertha-Benz award 2018 from the Daimler-Benz foundation for her Ph.D. thesis.
Stefan Lischke received the B.Sc. and M.Sc. degrees in physics with specialization in semiconductor technology from the Technical University Brandenburg, Cottbus, in 2005 and 2007, respectively. He received the Ph.D. degree in physics from Technical University of Berlin, Berlin, Germany, in 2017. He is currently a Researcher in the silicon photonics group within the technology department of IHP – Leibniz-Institut für innovative Mikroelektronik, Frankfurt (Oder), Germany. His current work is focused on Germanium photo detectors and the integration of photonic devices into IHP’s photonic BiCMOS technology. He received several best paper awards.

J. Elliott Ortmann received the B.S. degree in physics and mathematics from Tulane University in 2013. He is currently working toward the Ph.D. degree in condensed matter physics at the University of Texas at Austin, where he will graduate in Spring 2019. His research interests include the fabrication and characterization of novel transition metal oxide thin film heterostructures and the exploitation of their many unique properties for the development of electronic and photonic technologies. He is a National Science Foundation GRFP Fellow.

Lukas Czornomaz received the engineering degree in physics and material sciences from the National Institute of Applied Sciences of Toulouse, France, and the Ph.D. degree from the University of Grenoble Alpes, France. Since joining IBM Research – Zurich in 2010, he has been focusing his research on the material and device integration of III-Vs on silicon for CMOS, high-speed RF, and optical communication applications.

Stefan Abel studied nanoscale engineering at the University of Würzburg, Germany and received a Ph.D. degree from the University of Grenoble, France. With his background on materials science related to oxide materials and integrated photonics, he co-developed a hybrid barium titanate/silicon photonic technology. He currently focuses on non-von Neumann computing in the electrical and optical domain, including the implementation of photonic reservoir computing concepts.

Lars Zimmermann received a Ph.D. degree in 2003. He was affiliated with IMEC, Leuven, Belgium, where he worked for 5 years. He leads the silicon photonics team at IHP, the Leibniz Institut für innovative Mikroelektronik in Frankfurt (Oder) and is professor at TU Berlin in the field of silicon photonics. He coordinates the cooperation of IHP and TU Berlin in the frame of the Joint Lab Silicon Photonics. His current work is dedicated to high-performance photonic-electronic integration for optical communications and for nonlinear optical signal processing. He undertook his postgraduate studies at Katholieke Universiteit Leuven, Belgium. His scientific work at IMEC dealt with the development of extended short-wave infrared detector arrays and sensor assembly processes. He worked for 5 years on silicon-based optical motherboard technology, realizing early hybrid assemblies of silicon waveguides with lasers, semiconductor optical amplifiers, and detectors, in Berlin. In 2008, he joined IHP, where he directed IHP’s silicon photonics developments. In 2018, he rejoined TU Berlin.

Jean Fompeyrine received an engineering degree from the National School of Engineer in Caen, France and a Ph.D. degree from the University of Bordeaux, France. His expertise relates to functional oxide thin films, used as materials for CMOS and integrated photonics. He has also focused on new methods for the monolithic heterogeneous integration of advanced materials. He is currently focusing on the development of dedicated hardware for neuromorphic computing, specifically novel analog non-volatile resistance.

Stefan Abel received the B.Sc. and M.Sc. degrees in physics with specialization in semiconductor technology from the Technical University Brandenburg, Cottbus, in 2005 and 2007, respectively. He received the Ph.D. degree in physics from Technical University of Berlin, Berlin, Germany, in 2017. He is currently a Researcher in the silicon photonics group within the technology department of IHP – Leibniz-Institut für innovative Mikroelektronik, Frankfurt (Oder), Germany. His current work is focused on Germanium photo detectors and the integration of photonic devices into IHP’s photonic BiCMOS technology. He received several best paper awards.